Polymerization Shrinkage Stresses of Different Flowable and Universal Bulk-Fill Composites

Marlen Robles Moreno¹*, Yuwein Fan² and Dan Nathanson²

¹Department of Restorative Sciences, The Dental College of Georgia at Augusta University, USA
²Department of Restorative Sciences and Biomaterials, Boston University, USA

Submission: March 01, 2019; Published: March 19, 2019

*Corresponding author: Marlen Robles Moreno, DDS, CAGS, MSD, Former Prosthodontic Resident at Boston University, School of Dental Medicine; present Assistant Professor, Department of Restorative Sciences, The Dental College of Georgia at Augusta University. Georgia, USA, 1430 John Wesley Drive GC 4224, Augusta, GA 30912

Abstract

Objective: To analyze and compare the shrinkage stress properties of flowable and universal bulk-fill resin composites over five minutes after photopolymerization.

Materials and Methods: Eleven resin composites, seven flowable and four universals, were tested (n=5). Two glass cylinders were affixed end-to-end in a vertical position on an INSTRON universal testing machine, leaving a 1mm gap between them. Each resin was injected until filling the gap and photopolymerized for 20s. The force curve was recorded over 5 minutes after photopolymerization. The stress values were calculated in MPa at 20s, 60s, 180s, and 300s. Statistical analysis using ANOVA and All-Pairs Tukey-Kramer Test (JMP Pro 12.0. SAS, Cary, NC) were done to compare the polymerization shrinkage stresses among the groups at α = 0.05.

Results: All the resins showed a continuous increase in shrinkage stress up to the 300 seconds, following photopolymerization. Three flowable composites Dentex, G¬aenial Universal, and Prime-Dent Flow, obtained the highest shrinkage stresses, while another flowable resin SureFil SDR demonstrated the lowest shrinkage stress from all the materials tested. In general, universal composites demonstrated lower shrinkage stress values than the flowable composites.

Conclusions: In general, flowable resin composites presented higher shrinkage stresses compared to universal composites.

Clinical Significance

Bulk-fill resin composites are widely used clinically, yet little information regarding the polymerization shrinkage stresses produced by these materials is available.

Keywords: Resin composites; Polymerization; Shrinkage; Stress; Bulk-fill

Introduction

It is clinically important to understand how polymerization shrinkage stress affects the interface between resin restorations and tooth structure. These have the potential to damage both enamel and resin composite in the form of cracks, and produce marginal gaps, which can lead to postoperative sensitivity and secondary caries [1,2]. In some cases, fracture lines attributable to polymerization stresses through the enamel cusps have been observed by clinicians following photopolymerization of resins in posterior teeth [3].

Shrinkage is a characteristic of the polymerization of resins, which once constrain by the walls of a cavity preparation will result into shrinkage stress. The amount of material and the material’s formulation play important roles in stress development, as well as, in the transmission of these stresses to the tooth structures [4,5]. Any stress that approaches or exceeds the local adhesive force or any structural strength, resulting in gap formation, is considered a high shrinkage stress [6].

In recent years, many manufacturers have introduced “bulk-fill” resin composites that are said to have more light-sensitive photoinitiation systems. There are two types of bulk-fill composites available, low viscosity (flowable) and high viscosity (universal). Studies have shown that low viscosity bulk-fill composites have shrinkage values like regular flowable composites [7-9].

The amount of polymerization stress transferred to the resin/tooth interface is not always proportional to the shrinkage and is influenced by the composition of the resin. While an increase in filler content results in decreased shrinkage, flowable materials with a lower filler content may plastically deform and transfer less stress to margins than stiffer resin composites.
Much of the effort among manufacturers to decrease the shrinkage stresses produced by resin restorations has been based on changing the chemical structure of resin monomers as well as the type and percentage of their fillers [10]. Recent studies of experimental composites have demonstrated that higher shrinkage values and higher polymerization stresses are observed when resin composite viscosity is reduced with increasing ratios of TEGMA/BisGMA [11].

Polymerization shrinkage of resin composites is most commonly measured with the sample unconstrained [12-14], while polymerization shrinkage stresses are usually measured via uniaxial testing in a universal testing machine [15,16], like the method used in this study. In this testing design, the resin composite is shaped into a cylinder between two flat surfaces, one of which is fixed and the other of is attached to the load cell. When the resin composite starts the polymerization, the contraction force pulls the two bonded surfaces together, and the signal of the load cell is monitored continuously by a computer program. Then, the shrinkage stress is calculated by dividing the contraction force by the area of the bonding substrates [17,18].

**Table 1:** Resin composites used in this study.

| Material                                | Manufacturer, City, State, Country of Manufactury & Lot Number | Shade | Monomer By Weight% | Fillers Content By Weight% |
|-----------------------------------------|---------------------------------------------------------------|-------|---------------------|-----------------------------|
| Filtek Supreme Ultra-Flow Bulk-Fill Nano composite | 3M ESPE, ST Paul, MN, USA Lot N734412                          | A2    | UDMA 525% BisGMA 510% TEGDMA 510% | Silane treated ceramic 50-60% Silane treated silica 5-10% |
| NovaPro Flow (Nanocomposite with nanofibers) | NANOVA Columbia, MO, USA Lot FC091715B                        | A2    | EBADMA 5-25% UDMA 5-25% Triethyleneglycol Dimethacrylate 5-25% | Hydrophobic Amorphous Fumed Silica 1-10% Barium, Barosilicate-glass 40-80% Hydroxyapatite 1-10% |
| SureFil SDR Flow (Nano-filled)           | DENTSPLY Milford, DE, USA Lot 1512091                          | Universal | Modified UDMA EBRADMA TEGMA | - Barium strontium alumino-fluoro-silicate glasses 68% |
| G-aenial Universal Flo (Bulk-fill)       | GC AMERICA Costa Meza, CA, USA Lot 508072                     | A2    | UDMA, 10-20% BISEMA 5-10% Dimethacrylate 5-10 | 63.2% (Trade Secret) |
| Herculite Ultra Flow (Bulk-fill)         | KERR Orange, CA, USA Lot 5401009                              | A2    | BisEMA 10-20% Dimethanol dimethacrylate 1-10% | Silicon Dioxide 1-5% ytterbium trifluoride 5-10% |
| Dentex Flow (Nanocomposite)              | SINODENTEX Changchun City, Jilin, CHINA Lot 14070303           | A1    | BisGMA* Barium Glass Nano Silica 34% | (not specified on MSDS by the company) |
| Prime Dent Flowable                      | PRIME DENTAL, Chicago, IL, USA Lot QF295                      | A3    | BisGMA 20-40%* | Silane Treated Ceramic 65-75% Silane Treated Silica 5-15 Diphenyliononium Hexafluorophosphate <0.5% Zirconia/silica clusters |
| Filtek Supreme Ultra Universal (Bulk fill) | 3M ESPE ST Paul, MN, USA Lot N679748                          | A2    | BisEMA6, 5-15% UDMA 5-10% BisGMA 1-10% EDMAB <0.5% | Silane Treated Ceramic 65-75% Silane Treated Silica 5-15 Diphenyliononium Hexafluorophosphate <0.5% Zirconia/silica clusters |
| Beautifil II Universal (Nanofilled)      | SHOFU DENTAL CORP, Higashiya-ma-Ku JAPAN Lot 091471           | A2    | BisGMA 7.5% Triethyleneglycol Dimethacrylate 3-5% | Aluminofluoro-borosilicate Glass 70% |
| NovaPro Fill Universal (Nano-filled composite) | NANOVA Columbia, MO, USA Lot UC321                 | A2    | UDMA 1-10% EBADMA 5-25% | Hydrophobic Amorphous Fumed Silica 1-10% Barium, Barosilicate-glass 40-80% Hydroxyapatite 1-10% |

Despite efforts to document the chemical and mechanical properties of resin composites, there is little information regarding the polymerization shrinkage stress produced by the recent class of bulk-fill resin composite materials. Therefore, the purpose of this study is to analyze and compare the different polymerization shrinkage stress properties and characteristics of some recently-introduced commercial flowable and universal bulk-fill resin composites.

**Materials and Methods**

The shrinkage stress properties of eleven resin composites were examined. Seven flowable resins: Filtek Supreme Ultra Flow, NOVAPRO Flow, SureFil SDR, G-aenial Universal Flo, Herculite Ultra Flow, Dentex Flow and Prime Dent Flowable. And four universal resin composites: Filtek Supreme Ultra, NOVAPROFill, Beautifil II, and finally, Herculite Ultra. Five specimens from each group (n=5) were tested for polymerization shrinkage.

The composition, manufacturer, place of manufacture, and the LOT number for all included resin composites tested in this study are presented on Table 1.
A universal mechanical tester Instron Model 5566A (Instron Corp., Norwood, Massachusetts, USA) was used to analyze the polymerization shrinkage stress. A universal mechanical tester Instron Model 5566A (Instron Corp., Norwood, Massachusetts, USA) was used to analyze the polymerization shrinkage stress. The resin composite was injected on the flat surface of the lower glass cylinder, until filling the 1mm space (Figure 1). The 1mm space was adjusted using the crosshead controller. The excess of composite was cleaned off (Figure 2).

Figure 1: The resin composite was injected on the flat surface of the lower glass cylinder, until filling the 1mm space.

Figure 2: The gap was adjusted at 1mm using the crosshead controller and the excess of composite was cleaned off.

Figure 3: The tip of the curing light was placed perpendicular to the junction at a distance of 2mm. After a 30 seconds baseline was acquired, the resin was photo-initiated for 20 seconds (Figure 3). The tip of the curing light was placed perpendicular to the junction at 2mm, approximately. A radiometer, Demetron Model 100 (Demetron Research Corp. Danbury, CT) was used to monitor the adequacy of the curing light throughout the entire experiment. Finally, the peak load vs. time curve was recorded by the attached 100N load cell in Bluehill 3 software until five minutes (300s) after the photo-initiation and calculated into polymerization shrinkage stress.

Five specimens for each resin were analyzed following the same method described (n=5). The shrinkage stress values of each specimen were calculated in MPa from the division of contraction force recorded at 20s, 60s, 180s, and 300s. The entire experiment was conducted at room temperature of 73°F.

Statistical analysis of the data was performed using the JMP Pro 12.0.1. SAS, Cary, NC software. One-way ANOVA and All-Pairs Tukey-Kramer Test were used to compare the polymerization shrinkage stress differences among the groups with α = 0.05.

Results

All the resins evaluated in this study showed a continuous increase in shrinkage stress over the 300 seconds, following photopolymerization. Three flowable resin composites Dentex Flow, G-aenial Universal Flow, and Prime-Dent Flow, demonstrated sig-
significantly higher levels of shrinkage stress than the other materials, while another flowable resin composite (SureFil SDR-flow) demonstrated the lowest polymerization shrinkage stress from all the materials tested in this study. In general, universal resin composites demonstrated lower polymerization stress values than the flowable resin composites.

Table 2: Mean shrinkage stress and MPa’s at 5 minutes after photo-polymerization.

| Composite Material       | Mean Shrinkage Stress, MPa | Significance * |
|--------------------------|----------------------------|----------------|
| Dentex Flow              | 1.12±0.09                  | A              |
| G-aenial Universal Flow  | 0.90±0.06                  | B              |
| Prime¬Dent Flow          | 0.85±0.07                  | B              |
| Herculite Ultra Flow     | 0.66±0.08                  | C              |
| Novapro¬ Flow            | 0.66±0.02                  | C              |
| Herculite Ultra Universal| 0.65±0.05                  | C              |
| Beautifil II Universal   | 0.57±0.05                  | C              |
| Novapro Universal        | 0.55±0.03                  | C              |
| Filtek Sup. Flow         | 0.55±0.03                  | C              |
| Filtek Sup. Ultra        | 0.37±0.02                  | D              |
| Sure Fil SDR             | 0.33±0.03                  | D              |

*Levels not connected by same letter are significantly different.

The mean shrinkage stress values and MPa’s for all the resin composites at different times are presented in Table 2 and Figures 4 & 5. Table 2 shows the mean polymerization shrinkage stresses, and four overlapping Tukey groups categorizing the shrinkage stresses, for each resin composite until five minutes after polymerization, which was the peak stress in each case. Figure 4 shows the polymerization shrinkage stress curves produced by each of the materials over the entire five minutes. Figure 5 shows the shrinkage stresses of the resins at different times in bar graph form, with the materials grouped into flowable and universal resin composites.

Pooled data demonstrated that the flowable composites group presented higher polymerization shrinkage stress values in general. However, SureFil SDR flow had the lowest values among both universal and flowable resin composites groups. The universal resin with the lowest shrinkage stress values was Filtek Supreme Ultra.

Discussion

Malhotra et al. have concluded that it is important to minimize the polymerization stress in order to improve the survival and success rate of resin restorations [19]. For this reason, effective methods of investigating the polymerization shrinkage stress properties of resin composite materials are necessary to predict their clinical behavior. The use of a universal testing machine with either extensometers that register movement caused by polymerization stresses or load cells which measure the forces produced...
has been widely used in various studies before [5,16,19-24]. One limitation of these techniques is that they record stress along one axis, whereas stresses occur along three axes [25,26].

In this study, all the resins had differing levels of polymerization shrinkage stress. Moreover, the highest shrinkage stress values among all tested materials was observed with Dentex Flow (Sino-Dentex), this could be a result of filler content as low as 34% w/w and use of monomers such as Bis-GMA, which produces a stiffer polymer chain that is unlikely to undergo plastic deformation and dissipate shrinkage stresses. The resin composite demonstrating the lowest polymerization shrinkage stress, SureFil SDR flow (Stress Decreasing Resin, Smart Dentin Replacement), is filled 68% w/w, but employs a modified urethane dimethacrylate monomer, which produces a more flexible polymer, chain and is said by the manufacturer to polymerized more slowly, allowing the resin to dissipate more stress by plastic deformation. The results of this study on polymerization shrinkage stress of SureFil SDR flow are confirmed in a prior study by Manhart J et al. [27] and Abe Y et al. [28].

Figure 5: Bar graph shows the polymerization shrinkage stresses at different times, the groups were divided into flowable and universal composites.

Based on the results of this study, the authors believe that the capabilities of the resin composites in preventing the tooth margins from polymerization shrinkage stresses is product specific and does not result solely from the consistency of the material. Thus, is important for a clinician to learn about the chemical properties of the resin composites of their choice to understand and predict its clinical behavior [29-31].

Conclusion

In general, flowable resin composites demonstrated higher polymerization shrinkage stresses values than universal resin composites, except for SureFil SDR flow showed the lowest polymerization shrinkage stress properties among all the materials tested. With the recent demand of flowable bulk-fill resin composites, among dental professionals, an increase of research is necessary in order to compare their different properties and understand how these may clinically affect the longevity of the restorations.

Disclosure and Acknowledgement

The authors do not have any financial interest in the companies whose materials are included in this article. Special thanks to William W. Bracket, DDS, MSD. For his time and help editing this paper.

References

1. Park J, Chang J, Ferracane J, Lee IB (2008) How should composite be layered to reduce shrinkage stress: Incremental or bulk filling? Dental Materials 24(11): 1501-1505.
2. Lu H, Stansbury J, Dickens SH, Eichmiller F, Bowman C (2004) Probing the origins and control of shrinkage stress in dental resin-composites: I. Shrinkage stress characterization technique. Journal of Materials Science: Materials in Medicine 15(10): 1097-1103.
3. Sarrett DC (2005) Clinical challenges and the relevance of materials testing for posterior composite restorations. Dental Materials 21(1): 9-20.
4. Watts DC, Marouf AS, Al-Hindi AM (2003) Photo-polymerization shrinkage-stress kinetics in resin-composites: methods development. Dental Materials 19(1): 1-11.
5. Schneider LFJ, Cavalcante LM, Silikas N (2010) Shrinkage stresses generated during resin-composite applications: a review. Journal of dental biomechanics.
6. Ferracane JL, Hilton TJ (2016) Polymerization stress–Is it clinically meaningful? Dental Materials 32(1): 1-10.
7. Thiba A, Zeller GG, Estrich CG, Hong A (2013) A Laboratory Evaluation of Bulk-Fill Versus Traditional Multi-Increment-Fill Resin-Based Composites. The Journal of the American Dental Association 144(10): 1182-1183.

8. Jang JH, Park SH, Hwang IN (2015) Polymerization Shrinkage and Depth of Cure of Bulk-Fill Resin Composites and Highly Filled Flowable Resin. Operative Dentistry 40(2): 172-180.

9. Garcia D, Yaman P, Dennison J, Neiva G (2014) Polymerization Shrinkage and Depth of Cure of Bulk Fill Flowable Composite Resins. Oper Dent 39(4): 441-448.

10. Stansbury JW, Trujillo-Lemon M, Lu H, Ding X, Lin Y, et al. (2005) Conversion-dependent shrinkage stress and strain in dental resins and composites. Dent Mater 21(1): 56-67.

11. Braga RR, Ballester RV, Ferracane JL (2005) Factors involved in the development of polymerization shrinkage stress in resin-composites: A systematic review. Dent Mater 21(10): 962-970.

12. de Gee AJ, Davidson C, Smith A (1981) A modified dilatometer for continuous recording of volumetric polymerization shrinkage of composite restorative materials. J Dent 9(1): 36-42.

13. Kinomoto Y, Torii M, Takeshige F, Ehsiu S (1999) Comparison of polymerization contraction stresses between self-and light-curing composites. Journal of Esthetic and Restorative Dentistry 27(5): 383-389.

14. Alster D, Reizler AJ, de Gee AJ, Davidson CL (1997) Polymerization contraction stress in thin resin composite layers as a function of layer thickness. Dent Mater 13(3): 145-150.

15. Park JW, Ferracane JL (2005) Measuring the residual stress in dental composites using a ring slitting method. Dent Mater 21(9): 882-889.

16. Pires-de-Souza Fde C, Drubi Filho B, Casmiero LA, Garcia Lda F, Consani S (2009) Polymerization shrinkage stress of composites photo-activated by different light sources. Braz Dent J 20(4): 319-324.

17. Scholle RH, Goetz JB, Bowen RL, Nemoto K, Rupson JE (1983) Adhesive Bonding of Various Materials to Hard Tooth Tissues: Forces Developing in Composite Materials during Hardening. J Am Dent Assoc 106(4): 475-477.

18. El-Damashoury H, Platt J (2014) Polymerization shrinkage stress kinetics and related properties of bulk-fill resin composites. Operative dentistry 39(4): 374-382.

19. Malhotra N, Kundabala M, Shashirashmi A (2010) Strategies to overcome polymerization shrinkage-materials and techniques. A review. Dent Update 37(2): 115-125.

20. Chiang MYM, Giuseppetti AAM, Qian J, Dunkers JP, Antonucci JM, et al. (2011) Analyses of a cantilever-beam based instrument for evaluating the development of polymerization stresses. Dent Mater 27(9): 899-905.

21. Lu H, Stansbury JW, Dicelens SH, Eichmiller FC, Bowman CN (2004) Probing the origins and control of shrinkage stress in dental resin composites. II. Novel method of simultaneous measurement of polymerization shrinkage stress and conversion. J Biomed Mater Res B Appl Biomater 71(1): 206-213.

22. Lu H, Stansbury JW, Bowman CN (2004) Towards the elucidation of shrinkage stress development and relaxation in dental composites. Dent Mater 20(10): 979-986.

23. Charton C, Colon P, Pla F (2007) Shrinkage stress in light-cured composite resins: influence of material and photoactivation mode. Dent Mater 23(8): 911-920.

24. Gonçalves F, Boaro LC, Ferracane JL, Braga RR (2012) A comparative evaluation of polymerization stress data obtained with four different mechanical testing systems. Dental Materials 28(6): 680-686.

25. Laughlin GA, Williams JL, Eick JD (2002) The influence of system compliance and sample geometry on composite polymerization shrinkage stress. J Biomed Mater Res 63(5): 671-678.

26. Labella R, Lambrechts P, Van Meerbeek B, Vanherle G (1999) Polymerization shrinkage and elasticity of flowable composites and filled adhesives. Dent Mater 15(2): 128-137.

27. Manhart J, Kunzelmann KH, Chen HY, Hickel R (2000) Mechanical properties and wear behavior of light-cured packable composite resins. Dent Mater 16(1): 33-40.

28. Abe Y, Lambrechts P, Inoue S, Braem MJ, Takeuchi M, et al. (2001) Dynamic elastic modulus of ‘packable’ composites. Dent Mater 17(6): 520-525.

29. Maia RR, Reis RS, Moro AFV, Perez CR, Pessôa BM, et al. (2015) Properties evaluation of silorane, low-shrinkage, non-flowable and flowable resin-based composites in dentistry. PeerJ 3: e864.

30. Weinmann W, Thalacker C, Guggenberger R (2005) Siloranes in dental composites. II. Novel method of simultaneous measurement of polymerization stresses. Dent Mater 21(9): 899-905.

31. Kwon Y, Ferracane J, Lee IB (2012) Effect of layering methods, composite type, and flowable liner on the polymerization shrinkage stress of light cured composites. Dent Mater 28(7): 801-809.

Your next submission with Juniper Publishers will reach you the below assets

- Quality Editorial service
- Swift Peer Review
- Reprints availability
- E-prints Service
- Manuscript Podcast for convenient understanding
- Global attainment for your research
- Manuscript accessibility in different formats (Pdf, E-pub, Full Text, Audio)
- Unceasing customer service

Track the below URL for one-step submission

https://juniperpublishers.com/online-submission.php